Removal of Copper from Phosphoric Acid by Adsorption on Tunisian Bentonite

Abdennebi N°, Bagane M and Chtara C

Chemical Engineering Department, National engineering school of Gabes (ENIG), University of Gabes, Tunisia

Keywords: Copper; Phosphoric acid; Bentonite; Adsorption

Introduction

Several studies carried out have shown that the clay has a very important role as a powerful adsorbent for removing heavy metals contained in phosphoric acid, due to their high availability and relatively lower costs compared to industrial adsorbents. A study was conducted by Mellah and Jaffar [1], on the adsorption of heavy metals in 5.5 M phosphoric acid pretreated (30% P of zinc (II), cadmium (II) and chromium (III) adsorption contained.

The adsorption was modeled by simples’ models of Langmuir, Freundlich. The results obtained have proved that the adsorption of copper follow the Freundlich Model.

Abstract

This experimental study was articulated around the efficiency of the technique of adsorption as a method for the elimination of copper from phosphoric acid by using bentonite as a support. Several parameters such as the effect of the initial concentration of the pollutant, the isotherms and the retention capacity of bentonite, was investigated.

The adsorption was modeled by simples’ models of Langmuir, Freundlich. The results obtained have proved that the adsorption of copper follow the Freundlich Model.

Materials and Methods

Preparation of solutions and used reagents features

Main solutions: We have prepared a solution of 1M phosphoric acid from a standard stock solution (Fischer, Analar Normapur, France) of 85% purity with a density of 1.692 and a molecular weight of 98 g/mol, while injecting the adequate amount of copper sulfate (CuSO₄, 5H₂O) with a molar mass 249.69 g/mol. The various studied solutions are prepared by adding copper to the main solution of 1M phosphoric acid, as a range of the metal concentrations in the North African phosphoric acid.

Experimental protocol: Our experimental study is based on the purification of contaminated phosphoric acid solutions assigning a range of initial copper concentrations of 3 to 32 ppm. The first step was started by mixing the appropriate amount of clay (0.5 to 3 g) with a volume of 100 ml for each of the acid solution to be treated and then is subsequently stirred at 25°C and with a speed of 450 rpm for 120 minutes. After centrifugation step in a centrifuge-type Grosseron, MICRO 22, for 10 minutes at 6000 rpm, the solutions were filtered in a Buchner vacuum filter while using filters based on a cellulose membrane 0, 45 microns.

The analysis of the filtrate is made by an atomic absorption apparatus air-acetylene flame of mark (VARIAN AA140 Atomic Absorption Spectrophotometer) lamp cathode (copper) is used to determine the adsorption capacity and the removal efficiency [6].

Bentonites tested: The clay that we used is a rich montmorillonite bentonite and from south-eastern Tunisian deposits (Hicha El Hamma). It is a calcium, grey bentonite and in powder form. Its specific surface area is around 70 m²/g. Table 2 presents some characteristics.

Keywords:
Copper; Phosphoric acid; Bentonite; Adsorption

References

Ahmed et al., J Chem Eng Process Technol 2013, 4:6
DOI: 10.4172/2157-7048.1000166

Volume 4 • Issue 6 • 1000166

Journal of Chemical Engineering & Process Technology

Research Article

Open Access

Removal of Copper from Phosphoric Acid by Adsorption on Tunisian Bentonite

Abdennebi N°, Bagane M and Chtara C

Chemical Engineering Department, National engineering school of Gabes (ENIG), University of Gabes, Tunisia

Keywords: Copper; Phosphoric acid; Bentonite; Adsorption

Introduction

Several studies carried out have shown that the clay has a very important role as a powerful adsorbent for removing heavy metals contained in phosphoric acid, due to their high availability and relatively lower costs compared to industrial adsorbents. A study was conducted by Mellah and Jaffar [1], on the adsorption of heavy metals in 5.5 M phosphoric acid pretreated (30% P of zinc (II), cadmium (II) and chromium (III) adsorption contained.

The adsorption was modeled by simples’ models of Langmuir, Freundlich. The results obtained have proved that the adsorption of copper follow the Freundlich Model.

Abstract

This experimental study was articulated around the efficiency of the technique of adsorption as a method for the elimination of copper from phosphoric acid by using bentonite as a support. Several parameters such as the effect of the initial concentration of the pollutant, the isotherms and the retention capacity of bentonite, was investigated.

The adsorption was modeled by simples’ models of Langmuir, Freundlich. The results obtained have proved that the adsorption of copper follow the Freundlich Model.

Materials and Methods

Preparation of solutions and used reagents features

Main solutions: We have prepared a solution of 1M phosphoric acid from a standard stock solution (Fischer, Analar Normapur, France) of 85% purity with a density of 1.692 and a molecular weight of 98 g/mol, while injecting the adequate amount of copper sulfate (CuSO₄, 5H₂O) with a molar mass 249.69 g/mol. The various studied solutions are prepared by adding copper to the main solution of 1M phosphoric acid, as a range of the metal concentrations in the North African phosphoric acid.

Experimental protocol: Our experimental study is based on the purification of contaminated phosphoric acid solutions assigning a range of initial copper concentrations of 3 to 32 ppm. The first step was started by mixing the appropriate amount of clay (0.5 to 3 g) with a volume of 100 ml for each of the acid solution to be treated and then is subsequently stirred at 25°C and with a speed of 450 rpm for 120 minutes. After centrifugation step in a centrifuge-type Grosseron, MICRO 22, for 10 minutes at 6000 rpm, the solutions were filtered in a Buchner vacuum filter while using filters based on a cellulose membrane 0, 45 microns.

The analysis of the filtrate is made by an atomic absorption apparatus air-acetylene flame of mark (VARIAN AA140 Atomic Absorption Spectrophotometer) lamp cathode (copper) is used to determine the adsorption capacity and the removal efficiency [6].

Bentonites tested: The clay that we used is a rich montmorillonite bentonite and from south-eastern Tunisian deposits (Hicha El Hamma). It is a calcium, grey bentonite and in powder form. Its specific surface area is around 70 m²/g. Table 2 presents some characteristics.

Description of the adsorption tests on bentonite

The tests were realized in a batch reactor, where the acid solutions at different initial copper concentrations (3 to 32 ppm) are brought into contact with increasing doses of clay ranging from 0.5 g/100 ml acid to 3 g/100 ml acid. Tests were stirred at a speed of 450 rpm and maintained at a temperature of 25°C for two hours. When equilibrium is reached, samples will be centrifuged, filtered and analyzed.

*Corresponding author: Abdennebi N, Chemical Engineering Department, National engineering school of Gabes (ENIG), University of Gabes, Tunisia;
E-mail: abdennebi@yahoo.fr

Received May 15, 2013; Accepted June 28, 2013; Published July 01, 2013

Citation: Abdennebi N, Bagane M, Chtara C (2013) Removal of Copper from Phosphoric Acid by Adsorption on Tunisian Bentonite. J Chem Eng Process Technol 4: 166 doi: 10.4172/2157-7048.1000166

Copyright: © 2013 Abdennebi N, et al. This is an open-access article distributed under the terms of the Creative Commons Attribution License, which permits unrestricted use, distribution, and reproduction in any medium, provided the original author and source are credited.
During our tests, some parameters were studied to see their effects on the performance of the adsorption: the influence of dose of clay added the effect of treatment by the clay on the concentration of phosphoric acid and the effect of the initial copper content [7].

Results and Interpretation

Effect of the amount of bentonite

We followed the evolution of the removal efficiency of copper with initial concentrations of copper (5-32 mg/l) while varying each time the dose of bentonite (5-30 g/l). Measuring the residual copper content of the treated samples was made after 120 minutes contact with the bentonite.

From the results shown in Figure 1, we can see that the removal efficiency of copper increased with increasing dose of bentonite introduced whatever the initial concentration of the copper present in the phosphoric acid. Note that for small amounts of clay (5 and 15 g/l), the best yields (14-20%) are for initial copper concentrations of 3 ppm. But for large dose of clay (30 g/l), the best yield obtained (43%) is for high copper concentration (32 ppm). On the adsorption phenomenon produced, it can be justified by Basta and Tabatabai’s [8] proposed the following mechanism for the adsorption of metals:

\[ M^{2+} + H_2O \rightarrow MOH + H^+ \]
\[ MOH + X^- \rightarrow XMOH \]

Effect of initial copper content

We conducted tests for initial copper contents varying from 3 to 32 ppm doses of clay (5 to 30 g/l) to see its effect on the removal efficiency.

The results shown in Figure 2, we can see that the performance is gradually improving with the initial copper content for a high clay dose (3 g/l). But for both low doses (5 and 15 g/l) we see that the efficiency decreases with the initial copper content.

These results demonstrate that treatment with bentonite is not very effective for a low initial concentration of copper. The removal of copper was 23%, obtained for an initial concentration of 3 ppm copper. While for high initial concentrations (32 ppm) was used a high dose of bentonite to get a good removal efficiency of about 43%.

Treatment effect of bentonite on the concentration of phosphoric acid

We made the assays acid before and after treatment to see its influence on the rate of \( P_2O_5 \). We studied the effect of the dose of clay on the loss of \( P_2O_5 \) and found that there’s a slight decrease (0.03%) on the initial concentration of phosphoric acid to a low dose of bentonite (5 g/l) and decreased more for larger doses (15 and 30 g/l), which varies between 0.05 and 0.07% (Figure 3).

Adsorption isotherms of copper

To study of the isotherms of adsorption of copper by bentonite, volumes of 100 ml of different initial concentrations of pollutants from (3 to 32 mg/l) are contacted with a mass of 0.5 g of the adsorbent. The fixed amount of copper per gram of adsorbent (mg/g) is given by the following relationship:

\[ Qe = \frac{V}{m} C_e \]

Where \( Qe \) the fixed amount of copper in mg per gram of adsorbent, \( C_0 \) and \( C_e \) are respectively the initial and instantaneous concentrations of copper (mg/l), \( V \) is the volume of the solution, \( m \) the mass of adsorbent used (g). Figure 4 shows the isotherm of copper for clay dose of 5 mg/l.

From Figure 4, we observed that the amount of adsorbed copper increases more or less rapidly at low concentrations in solution, then decreases to reach a plateau corresponding to a saturation adsorption sites, resulting in a monolayer adsorption. The isotherm obtained is L-type according to the classification of Giles [9].

The results show that the adsorption capacity for bentonite decreases with the solid/liquid ratio of 5 to 15 g/l and increases with the initial contents of Copper. For a high dose of bentonite (30 g/l) of the maximum adsorption capacity (0.47 mg / g) is obtained for an initial copper concentration of 32 mg/l and 0.28 mg/g for a dose of 5 g/l (Figure 5).

Linearization of adsorption isotherms: We have adopted the classic models of Langmuir and Freundlich isotherms adsorption, which allow linear regression to obtain the values of their constants \( Q_m, K_L, 1/n, K_F \), to better interpret the results of adsorption.

The Langmuir model [10] is based on the following assumptions:

Forming a single layer of adsorbate on the surface of the adsorbent, the existence of the defined sites of adsorption, the surface is uniform with no interaction between the adsorbed molecules.

Freundlich model [11] is based on an empirical equation reflects a change in energy with the adsorbed amount. This distribution of the interaction energies can be explained by heterogeneity of adsorption sites. Unlike the Langmuir model, the Freundlich equation does not provide higher adsorption which restricts its application to dilute media limit. However, this model admits the existence of interactions between the adsorbed molecules [12].

In fact, we remember different linearization equations for each model:

- **Langmuir relation:**
  
  **Freundlich relation:**

### Table 2: Physico-chemical characteristics of bentonite.

| Chemical compound | specific area (m2/g) | CaO | SiO2 | Al2O3 | Fe2O3 | SO3 | K2O | MgO | Na2O | MnO | P2O5 | TiO2 |
|-------------------|---------------------|-----|------|-------|-------|-----|-----|-----|------|-----|------|------|
| Composition (%)    | 70                  | 2.52| 48.92| 19.31 | 13.13 | 0.28| 1.06| 2.53| 1.21 | 0.05| 0.19 | 1.63 |

### Table 3: Parameters of Langmuir and Freundlich isotherms.

| Model          | Langmuir | Freundlich |
|----------------|----------|------------|
| Dose (g/l)     | R2       | Qm (mg/g)  | KL (l/mg) | R2   | n  | KF (l/mg) |
| 5              | 0.9537   | 0.5903     | 0.0183     | 0.9962| 2.156| 0.0623   |
| 15             | 0.9083   | 0.3405     | 0.0472     | 0.9953| 1.329| 0.0212   |
| 30             | 0.7886   | 0.1257     | 0.0108     | 0.9904| 0.7305| 0.0077   |

---

Citation: Abdennebi N, Bagane M, Chtara C (2013) Removal of Copper from Phosphoric Acid by Adsorption on Tunisian Bentonite. J Chem Eng Process Technol 4: 166 doi: 10.4172/2157-7048.1000166
Abdennebi N, Bagane M, Chetara C (2013) Removal of Copper from Phosphoric Acid by Adsorption on Tunisian Bentonite. J Chem Eng Process Technol 4:166 doi: 10.4172/2157-7048.1000166

Figure 1: Effect of the dose of bentonite on the removal efficiency of copper.

Figure 2: Variation of removal efficiency as a function of the initial copper content.

Figure 3: Effect of clay dose on loss of P2O5.

Figure 4: Isothermal adsorption of Cu2+ on the bentonite clay to a dose of 0.5 g to 25°C.

Figure 5: Effect of solid/liquid ratio on the adsorbed amount of Cu2+ for different initial concentrations of copper at 25°C.

Figure 6: Modeling of adsorption isotherms of copper by the bentonite according to the Langmuir model at 25°C.

\[ \frac{Ce}{Qe} = \frac{1}{Qm} + \frac{1}{K_L Qm} \]

Freundlich relation: \[ \ln Qe = \frac{1}{n} \ln Ce + \ln K_F \]

With:
- \( C_e \): Concentration in liquid phase at equilibrium (mg/l)
- \( Q_e \): Quantity adsorbed at equilibrium (mg/g)
- \( Q_m \): Maximum adsorption capacity of the monolayer (mg/g)
- \( K_L \): Parameter Langmuir (l/mg)
- \( K_F \): Distribution coefficient Freundlich on the total sorption capacity of the solid (l/mg) and
- \( n \): constant characterizing the Freundlich adsorption affinity.

Figures 6 and 7 show the performance of the isotherms in their linearized forms.

From Figure 6, we note that the linearization of the adsorption isotherms of copper bentonite is satisfactory with good correlation coefficients. We can say that the Freundlich model is adequate for a good description of the adsorption isotherms. The various constants derived equations of the lines obtained are summarized in Table 3.

Note that according to the \( R^2 \) values of different models studied the adsorption of copper in phosphoric acid follows the Freundlich model.

The application of the linearized forms of Langmuir and Freundlich laws has verified that the latter model was applicable and that the removal efficiency of copper varies in the same direction with the Freundlich model.
Conclusion

Bentonite that we used in this study was moderately effective for the removal of copper from phosphoric acid. She gave us a yield of 23% removal for low initial concentrations of copper in varying doses of 5 to 15 g/l and a yield of 43% for an initial content of 32 ppm copper and a dose of 30 g of clay. The maximum retention capacity of copper to an initial copper concentration of 32 mg/l is 0.47 mg/g for a clay dosage of 30 g/l and 0.28 mg/g to a dose of 5 g/l.

The adsorption isotherms of copper on the bentonite are satisfactorily described by the Freundlich model, while the Langmuir model cannot describe our experimental results over the entire concentration range studied.

References

1. Mellah Abdelhamid, Benachour Jafar (2007) Adsorption of heavy metals from industrial phosphoric acid by an Algerian activated bentonite. Modeling. Annals of Chemistry 32: 487-504.

2. Hayet Omri, Rekik Salma Moalla Najarès Batis Valuation of clays in the purification of industrial phosphoric acid (INSAT). Centre Urbain Nord, Tunis.

3. El-Bayaa AA, Badawy NA, Gamal AM, Zidan IH, Mowafy AR (2011) Purification of wet process phosphoric acid by decreasing iron and uranium using white silica sand. J Hazard Mater 190: 324-329.

4. El-Sofany EA, Zaher WF, Aly HF (2009) Sorption potential of impregnated charcoal for removal of heavy metals from phosphoric acid. J Hazard Mater 165: 623-629.

5. Souad A, Nabiev M, Mimoun H (2000) Utilisation du diéthylidithiocarbonate pour la purification de l’acide phosphorique des métaux lourds par extraction liquide-liquide.

6. Ayadi Abdel Monem (1993) Elimination du cadmium dans l’acide phosphorique. Informate Chemicals No. 345. February.

7. Berthélemé S (2008) Acide phosphorique. Guide d’intervention chimique. Octobre, Saint Thonian.

8. Basta NT, Tabatabai MA (1992) Effect of cropping systems on adsorption of metals by soils. Soil Sci 153: 108-114.

9. Giles CH, McEwan TH, Nakhwa SN, Smith D (1960) A System of Classification of Solution Adsorption Isotherms, and its Use in Diagnosis of Adsorption Mechanisms and in Measurement of Specific Surface Areas of Solids. Journal of Chemical Society 93: 3973-3994.

10. Langmuir L (1918) The adsorption of gases on plane surfaces of glass, mica and platinum. J Am Chem Soc 40: 1361-1403.

11. Freundlich H, Hatfield SH (1926) Colloid and Capillary Chemistry. Methuen, London.

12. McKay G (1996) Use of Adsorbents for the Removal of Pollutants from Wastewaters. CRC Press.

R² = 0.9962
(a)

R² = 0.9953
(b)

R² = 0.9904
(c)

Figure 7: Modeling of adsorption isotherms of copper by the bentonite according to the model of Freundlich at 25°C.